The AiiDA-KKR plugin and its application to high-throughput impurity embedding into a topological insulator

Philipp Rüßmann,1 Fabian Bertoldo,1 and Stefan Blügel1

1Peter Grünberg Institut and Institute for Advanced Simulation, Forschungszentrum Jülich and JARA, D-52425 Jülich, Germany

The ever increasing availability of supercomputing resources led computer-based materials science into a new era of high-throughput calculations. Recently, Pizzi et al. [Comp. Mat. Sci. 111, 218 (2016)] introduced the AiiDA framework that provides a way to automate calculations while allowing to store the full provenance of complex workflows in a database. We present the development of the AiiDA-KKR plugin that allows to perform a large number of ab initio impurity embedding calculations based on the relativistic full-potential Körringa-Kohn-Rostoker Green function method. The capabilities of the AiiDA-KKR plugin are demonstrated with the calculation of several thousand impurities embedded into the prototypical topological insulator Sb2Te3. The results are collected in the JuDiT database which we use to investigate chemical trends as well as Fermi level and layer dependence of physical properties of impurities. This includes the study of spin moments, the impurity’s tendency to form in-gap states or its effect on the charge doping of the host-crystal. These properties depend on the detailed electronic structure of the impurity embedded into the host crystal which highlights the need for ab initio calculations in order to get accurate predictions.

I. MOTIVATION

In recent years computer-driven materials design has become increasingly important in the field of materials science. The ever increasing availability of supercomputing resources opened up new possibilities towards data-driven condensed matter research. Apart from large collections of crystal structure information fully integrated frameworks of tools and databases have arisen that allow for high-throughput investigations using a huge amount of, mainly, density-functional-theory-based calculation. Here, we present the AiiDA-KKR plugin which connects our full-potential relativistic Körringa-Kohn-Rostoker Green function (KKR) method to the AiiDA (Automated Interactive Infrastructure and Database for Computational Science) framework.

The AiiDA infrastructure implements the FAIR principle of findable, accessible, interoperable and reusable data sharing which provides a flexible plugin-based python environment. Through a common interface, different density-functional theory codes can even be used in combination to exploit the strengths of different implementations and realize multi-code workflows within the same framework. The KKR method is an all-electron implementation of density functional theory. Its Green function formulation allows, for instance, the efficient treatment of defective systems (i.e. systems that contain defects and impurities) which can be very expensive to treat with wavefunction-based methods that often require very large supercells for this task. Our newly developed AiiDA-KKR plugin is used to perform a large number of impurity embedding calculations into the prototypical topological insulator Sb2Te3.

Topological insulators (TIs) have been the center of attention in solid state research since their extraordinary physical properties, that lead to topologically protected surface states, have been discovered. In the past decade the field around topological materials has evolved steadily and now aims at functionalizing TI materials by interfacing them with other states of matter. For instance, realizing the quantum anomalous Hall (QAH) insulator state or Majorana zero modes, that might lead to topological qubits, is pursued. The former requires to combine the topological band structures of TIs with magnetism while the latter needs interfacing topological materials with superconductors. Controlling the interface and understanding the effect defects and imperfections have remains a major challenge in this field to this day.

Apart from the development of the AiiDA-KKR plugin, the outcome of this study is the JuDiT database (Jülich Database of impurities embedded into a Topological insulator) of physical properties of impurities embedded into the surface of Sb2Te3. We study their tendency for charge doping (i.e. to introduce p- or n-doping), their impurity magnetic moments and their density of states (DOS). This collection of impurity properties allows to uncover chemical trends and can help to optimize the next generation of TI-based materials in the future. In particular, we investigate the layer and Fermi level dependence of the spin moment and find that MoSb defects show a high spin moment while introducing only a small charge doping, which is more than 5 times smaller than for magnetic 3d impurities. Furthermore, we find the Mo defect to be a good candidate for future applications since no impurity resonance appears in the bulk band gap region. An impurity resonance would otherwise lead to higher scattering rates of topological surface state electrons off this defect and a higher probability to produce impurity bands in the gap.

The paper is structured as follows. First, the theoretical setting of the impurity embedding problem within the KKR method is introduced in section I. Then the AiiDA-KKR package is presented (section III) where the calculation and workflow plugins, that are implemented in AiiDA-KKR, are discussed. Afterwards the developments are showcased at the example of high-throughput impurity embedding into the topological insulator material Sb2Te3 in section IV. Finally, section V concludes with a summary.
II. AB INITIO IMPURITY EMBEDDING

One of the advantages that arises from the Green function formulation of the KKR method lies in its ability to include impurities efficiently into crystalline solids[19]. This is achieved making use of the Dyson equation

\[ G^{\text{imp}} = G^{\text{host}} + G^{\text{host}} \Delta V G^{\text{imp}} \]  

where \( G^{\text{host}} \) is the Green function of the crystalline host system, \( \Delta V = V^{\text{imp}} - V^{\text{host}} \) is the difference in the potential introduced due to the presence of the impurity and \( G^{\text{imp}} \) is the Green function that describes the impurity embedded into the periodic host crystal. It is important to mention that the change in the potential \( \Delta V \) occurs only in a small region around the impurity which is why the Dyson equation can be solved in a small real space region around the impurity site. This impurity cluster contains a few neighboring shells of host atoms that are necessary to properly treat the charge screening of the impurity by the neighboring host atoms. It is worthwhile noting that \( G^{\text{imp}} \) contains the complete information on physical properties like the density of states which is computed as \( \rho(r; E) = -\frac{1}{\pi} \text{Im} \text{Tr} G^{\text{imp}}(r, r; E) \) (the trace is implied over spin-, atom- and orbital momentum degrees of freedom of the Green function).

An impurity embedding calculation in the KKR formalism therefore consists of (i) calculating \( G^{\text{host}} \) (from a converged host calculation), (ii) creating \( \Delta V \), (iii) performing a self-consistent field cycle (scf) to converge \( G^{\text{imp}} \).

III. THE AiiDA-KKR PLUGIN

The AiiDA framework[21] is a python package that allows to provide a code agnostic interface for different ab initio codes which enables the automation of calculations. Simultaneously, inputs and outputs of complex sequences of calculations are automatically saved in a database[21]. This ensures the reproducibility of all results due to the stored provenance, which consist of nodes with directed connections, in the database. AiiDA implements the ADES model which provides a common layer of data structures that are used by the plugins of different codes[21]. This enables workflows that use multiple codes, which allows interoperability and exploitation of the individual strengths of different implementations.

To enable high-throughput KKR calculations with AiiDA we developed the open source AiiDA-KKR python plugin[2] that provides a set of calculations and workflows (i.e. complex sequences of calculations) and some accompanying tools. A detailed and up-to-date description of the input and output structure of the individual calculations, workflows and tools of AiiDA-KKR is included in its online documentation[23] where additionally examples for the usage of the plugin are given. In the following only a brief overview of the features implemented in the AiiDA-KKR plugin is given.

A. Calculation plugins

Each calculation plugin comes with the functionality to create code-specific input files from AiiDA objects (e.g. StructureData objects that contain the structural information of a system) and a parser that is able to parse the retrieved output files. The conversion of AiiDA Dict objects to the input file needed by the JuKKR code is facilitated with a python class called kkrparams[25] that also contains methods to verify the consistency of input parameter and write the input file. This class also knows about KKR-specific features like dealing with alloys within the coherent potential approximation (CPA)[13]. Running a KKR calculation through AiiDA creates an acyclic directed graph in the database which is shown schematically for a KkrCalculation in Fig. [1]a). It can be seen that a calculation requires a few input nodes (input parameter Dict node, a Code node, and a ParentCalculation node), which are all AiiDA objects stored in the AiiDA database. The output files are retrieved once the calculation finished and parsed to extract output parameters, that are then stored as a Dict node in the database. It it worthwhile noting that the AiiDA daemon takes care of automatically storing the resulting nodes with their directed connections to the AiiDA database. This eventually results in a complex graph as it is shown exemplary in Fig. [1]b) for a complete impurity-embedding sequence including all steps outlined in section III. The full provenance of a complex procedure of calculations is stored in the database which allows to reproduce all inputs and the intermediate steps that have been performed to arrive at the final result. In the following the different calculations provided in the AiiDA-KKR plugin[2] are briefly discussed.

- The VoronoiCalculation plugin allows to use the voronoi code of the JuKKR package[10] which constructs the shape function[19] needed for the full-potential treatment and generates starting potentials. The graph of a VoronoiCalculation looks similar to the one shown in Fig. [1]a) except that the ParentCalculation input node is replaced by an AiiDA StructureData node that contains all structural information on the crystal (e.g. lattice constant, atom positions and kinds)[11].

- The KkrCalculation plugin provides an interface to the KKRhost code of JuKKR[10] which allows to perform self-consistency (scf), density of states (DOS), bandstructure and additional postprocessing calculations (e.g. calculation of Heisenberg exchange interaction parameters[26]).

- The KkrimpCalculation plugin connects AiiDA to the KKRimp code of the JuKKR package that solves the Dyson equation for impurity embedding (Eq. [1]). This calculation needs in addition to the usual inputs (input parameter (Dict) or ParentCalculation node) the host Green function in the impurity cluster region (\( G^{\text{host}} \)) which is written out with a special postprocessing run-mode of the KKRhost program using
FIG. 1. (a) Database structure of a typical KKR calculation performed with the AiiDA-KKR plugin. The node types and typical contents of the nodes are indicated and the arrows between nodes indicate the acyclicity of the graph. (b) Graph of a complete impurity-embedding calculation containing the full provenance including $G_{\text{host}}$-writeout, impurity potential setup (i.e. construction of $\Delta V$), and self-consistency convergence in multiple steps. While the complete sequence of calculations can be quite complex the full provenance from the final result over all intermediate steps up to the initial structure can be traced back in the provenance graph.

A KkrCalculation. The KkrimpCalculation can then be used to perform electronic structure calculations for the impurity problem.

B. Workflow plugins

In addition to the calculation plugins, the AiiDA-KKR package provides some workflows that automate complex sequences of voronoi, KKRhost and KKRimp calculations. The workflows contained in AiiDA-KKR have been developed in a modular way and build upon each other. Internally these are AiiDA WorkChains which is indicated by the _wc ending in the names of the workflows. For an in-depth discussion of the input and output structure and their usage we refer to the online documentation. Here we restrict our discussion to a short overview of the workflows of AiiDA-KKR.

- The kkr_dos_wc workflow conveniently wraps around a KkrCalculation and provides the necessary inputs to perform a DOS calculation. Additionally the output is parsed and the output DOS data is stored as an array in the database which allows easy access and plotting of the output DOS.

- The voro_start_wc workflow wraps the VoronoiCalculation and performs some additional verification of input structure and KKR-specific parameters in order to make sure the chosen starting setting is reasonable. One of the checks performed automatically within voro_start_wc makes use of the kkr_dos_wc workflow.

- The kkr_scf_wc workflow builds upon the voro_start_wc workflow and a sophisticated series of KkrCalculations which is intended to reach convergence of a given host system reliably. This makes sure the starting setup is reasonable before the potential is pre-converged until finally convergence with higher accuracy settings is pursued.

- The gf_writeout_wc workflow takes care of setting the necessary options for a KkrCalculation in order to write out $G_{\text{host}}$ in preparation of the impurity embedding step. For a given impurity position and screening cluster size the host Green function can be reused for several impurities that respect this embedding geometry.

- The kkr_imp_sub_wc workflow performs the self consistency cycle of KKRimp calculations similar to the logic implemented in the kkr_scf_wc workflow. It includes features that deal with possible convergence problems automatically.

- The kkr_imp_wc workflow combines the voro_start_wc, gf_writeout_wc and kkr_imp_sub_wc steps for the impurity problem. This allows to conveniently start with a converged host calculation and the information on the impurity (e.g. its position in the host crystal, the size of the screening cluster) which defines the problem given by Eq. (1) completely.

- The kkr_imp_dos_wc workflow gives an easier access to calculate the DOS of an impurity embedded into a host crystal.
C. Tools

Apart from tools that are used internally within the calculation and workflow plugins (e.g. to prepare the real space screening cluster), the AiiDA-KKR plugin contains a plotting tool called plot_kkr. This tool takes a node identifier (the AiiDA node instance, it’s pk or uuid) or even a list of nodes and plots a standard, yet fully customisable, plot of the respective data. For example, a typical self-consistency workflow for an impurity calculation (kkr_imp_wc node) as input to plot_kkr will produce a plot of the convergence behavior with the scf iteration number or an instance of a kkr_imp_dos_wc workflow will produce the orbital-resolved plot of the total DOS in the impurity cluster. Examples of such plots are given in Fig. 2. The tool conveniently abstracts away the need to extract the relevant data from the nodes in the database and provides a straightforward way to create commonly used plots.

```python
from aiida_kkr.tools import plot_kkr
plot_kkr(<node-id>)
kkr_imp_wc
kkr_imp_dos_wc
```

FIG. 2. Illustration of typical plots generated with the plot_kkr tool of AiiDA-KKR (left: convergence behavior of a kkr_imp_wc workflow, right: DOS output of a kkr_imp_dos_wc workflow).

IV. impDAT:TI – A DATABASE FOR IMPURITIES EMBEDDED INTO A TI

We apply the AiiDA-KKR plugin to embed a large number of impurities into the topological insulator Sb$_2$Te$_3$. The resulting JuDiT database\cite{judiv} comes with a webinterface\cite{webinterface} for convenient access to the included data. The following analysis shows some of the physical insights obtained through this study. Our data analysis does not aim at being comprehensive but is intended to showcase the usefulness of our application. A future data-driven study might give additional insights but is beyond the scope of this work.

A. Sb$_2$Te$_3$ host system and computational details

For the JuDiT database we considered substitutional defects (denoted by $X_Y$ for impurity $X$ replacing host atom $Y$) in the first 3 quintuple layers (QL) of a 6 QL thick film of Sb$_2$Te$_3$. This allows to study the influence of the topological surface state, that is mainly located in the 1st QL, on impurity properties. The band structure and density of states of the clean host system are shown in Fig. 3. In order to take into consideration doping of the host material, we investigated three possible positions of the Fermi level ($E_F$ located in the valence band (VB) and in the conduction band (CB), as well as $E_F$ in the bulk band gap). The shifted positions of the Fermi level are highlighted in Fig. 3 with red ($E_F$ in VB) and green ($E_F$ in CB) lines. For the impurity embedding we neglected structural relaxations of the atoms around the impurities but included the first 3-4 shells of neighbors (containing 21-27 atoms and empty cells in the impurity cluster) within a radius of 4.8 Å around the impurities. We used the exact description of the atomic cells\cite{atomiccell} and the local spin density approximation\cite{LSDA} (LSDA) for the exchange correlation functional. A cutoff for the angular expansion of $\ell_{\text{max}} = 3$ was chosen and corrections for the truncation error using Lloyd’s formula have been applied\cite{Lloyd}. Relativistic corrections arising within the scalar-relativistic approximations as well as spin-orbit coupling have been taken into account fully self-consistently for both host and impurity calculations.

![Band structure in terms of the Bloch spectral function (a) and density of states (b) of the 6 quintuple-layer thick Sb$_2$Te$_3$ host crystal. Indicated are the bulk band-gap region (light blue region) as well as the in the considered Fermi level shifts (red and green lines) that are used to simulate the effect of $p$- and $n$-doping in the topological insulator host material.](image)
B. Physical properties of impurities embedded into Sb$_2$Te$_3$

We start our analysis with an overview of the contents of the JuDiT database. In total more than 2100 impurities have been embedded self-consistently into the Sb$_2$Te$_3$ host system. For each impurity we computed physical properties like the spin and orbital moments, the impurity’s DOS as well as the tendency to show impurity resonance in the region of the bulk band gap. Furthermore, we analyzed the charge doping introduced by the defect which we define as

$$\Delta n^{\text{imp}} = \left(n^{\text{imp}} - Z^{\text{imp}}\right) - \left(n^{\text{host}} - Z^{\text{host}}\right),$$

where $n^{\text{imp}}$ ($n^{\text{host}}$) are the electron densities for the impurity (host) atom embedded into the surrounding host crystal integrated in the Voronoi cell of the atom. Here, $Z^{\text{imp}}$ ($Z^{\text{host}}$) is the nuclear charge of the impurity (host) atom. The expression in brackets in the rhs of Eq. (2) therefore contain the information how much charge is transferred to/from the impurity.

The results can conveniently be visualized with the JuDiT webinterface. The plots from Fig. 3 as well as the ones of Fig. 4 have been created using the tools available there. Figure 4(a) displays the, over the different impurity sites averaged, charge doping given in electrons per impurity. The observed chemical trends partly fit the behavior of the Pauling electronegativity. The details of the bonding mechanism are however more subtle and can be quantified using ab initio data. This reflects the intricate physics of the chemical bonding which was recently classified to be metavalent for the Sb$_2$Te$_3$ class of material.[20]

Each impurity in JuDiT also has a detail page where the complete output dictionary of the converged calculation is given and from where it’s provenance can be browsed. It also features a plot of the impurity DOS which is shown exemplary in Fig. 4(b) for a Tc$_{Sb}$ impurity located in the fourth Sb layer from the surface. The position of the impurity in the Sb$_2$Te$_3$ host crystal is visualized in Fig. 4(c). It can be seen that the $d$-states of the Tc atom are exchange- and crystal-field-split which results in a magnetic moment of the impurity and a resonance in the impurity DOS around the Fermi level as shown in Fig. 4(b), see also Fig. 3. This particular defect is therefore expected to lead to strongly scattering of the topological surface state electrons which can induce significant back-scattering since the Tc defect is a resonant scatterer and is magnetic with a spin moment of 1.86 $\mu_B$.

In order to quantify the gap-filling nature of all considered defects, we define the number of states introduced by the defect in the bulk band gap region as

$$n^{\text{gap}}_{\text{imp}} = \int_{E_{\text{min}}}^{E_{\text{max}}} \int d^3r \rho(r; E),$$

where $E_{\text{min}}$ and $E_{\text{max}}$ are the edges of the bulk band gap region (blue area in Fig. 3), $\Omega_{\text{imp}}$ is the Voronoi cell around the impurity atom and $\rho(r; E)$ denotes the charge density around the atom in the Voronoi cell. A high gap-filling value consequently signals that scattering off that particular impurity will be increased which could be detrimental to the desired transport properties of TI materials. This is especially the case if the impurity is magnetic and the $k \rightarrow -k$ backscattering channel reopens due to broken time reversal symmetry.

![Fig. 4.](image_url)

FIG. 4. (a) Overview of the impurity-induced charge doping (averaged over all considered impurity configurations, given in electrons per impurity atom). (b) Impurity density of states for a Tc$_{Sb}$ defect showing a resonance arising in the bulk band gap region (blue shaded region). Positive and negative values correspond to minority and majority states. (c) Location of the Tc$_{Sb}$ impurity in the Sb$_2$Te$_3$ host crystal. The full-colored spheres represent the atoms in the impurity cluster and the opaque atoms show the rest of the host crystal where $\Delta V = 0$.

C. Magnetic impurities

We now focus our attention to magnetic defects which are found for some transition metal impurities. These systems are interesting in the context of realizing a robust quantum anomalous Hall phase. We start by investigating the layer and Fermi level dependence of the spin moment of 3$d$ transition metal impurities shown in Fig. 5(a). We see a gradual increase of the magnetic moment when going from V over Cr up to Mn dopants (blue orange and green symbols, respectively) before a subsequent decrease with Fe and Co impurities (red, violet)
is observed. This behavior is expected from Hund’s rule and reflects the, from V to Co, increasing filling of the d-shell (see also Fig. A.1 in the appendix).

The details of the impurity’s electronic structure are largely determined by two factors: (i) the atomic nature of the impurity atom determining its number of electrons in the atomic configuration and (ii) the interaction with the surrounding atoms of the host crystal that affect the hybridization of the atomic states of the impurity with the host’s band structure. This effect is seen in the layer dependence of the size of the spin-moment which is highlighted for $V_{Sb}$ and $V_{Te}$ defects with the blue dashed lines in Fig. 5(a). We observe a higher spin-moment for $V_{Te}$ compared to $V_{Sb}$, which can be attributed to a larger charge transfer to the impurity in the Sb substitutional site compared to the Te substitutional site. The larger charge transfer to the impurity results in a higher filling of the V d-shell and therefore a higher spin moment which can also be seen for the Cr impurity. The same mechanism leads to a decrease in the spin moment that is found for Co substitutional site compared to Co$_{Te}$.

Investigating the dependence of the impurity spin moment on the Fermi level (different symbols in Fig. 5(a)) reveals that the details of the hybridization with the electronic band structure of the host material can be controlled via the position of the Fermi level in the host material. A shift in the host’s Fermi level can experimentally be achieved by appropriate doping with Bi$_{Sb}$ impurities. This change in the impurity moment has been seen previously both theoretically as well as experimentally, and can be attributed to the competition between the impurity seeking charge neutrality and the strong change in the hybridization with the host’s electronic structure with varying position of the Fermi level due to the presence of the bulk band gap in TI materials. This leads, for instance, to decreasing (increasing) spin moments for $V_{Sb}$ ($V_{Te}$) with increasing position of the Fermi level.

Overall we observe that for V impurities the spread in the spin moment with the impurity’s surrounding (i.e. its layer dependence) is twice as large as with varying Fermi level. On the contrary, for Mn defects the change in the spin moment in different layers and with varying Fermi level is always rather small. This results from the half-filling of the Mn d orbital that make the spin moment relatively insensitive to small changes in the hybridization with the host’s electronic structure. Nevertheless, the magnetic interactions among multiple magnetic impurity atoms can, even at small changes in the impurity hybridization, be strongly affected.

Figure 5(b) summarizes the charge doping $\Delta n_{imp}$ for all defects included in JuDiT. The zigzag behavior with the impurity’s core charge reflects the structure of the periodic table with its isoelectronic groups. Each data point is colored by the impurity’s spin moment which shows that the maximum of the spin-moment is found for Mn and Fe impurities (yellow points). It can however be seen that the charge doping introduced by these 3d defects is fairly large which reflects the significant difference in electronegativity compared to the Sb and Te host atoms.

Applying magnetic doping to achieve a robust quantum anomalous Hall phase needs to fulfill some boundary conditions in order to be feasible in experiments. In order not to tune the Fermi level out of the bulk band gap by magnetic doping, the induced charge doping should be as small as possible. At the same time magnetism is the key ingredient which calls for a sizable spin moment of the impurity. Furthermore, the magnetic impurity should not show a high DOS in the bulk band gap region to reduce the appearance of unwanted impurity bands with increasing magnetic doping. If we apply these conditions of a gap filling of $n_{gap}^{imp} < 0.02$ e, a charge doping of $\Delta n_{imp} < 0.1$ e and a spin-moment of $m_s > 1.5$ $\mu_B$ we find that Mo$_{Sb}$ defects meet all these criteria. Compared to the Te substitutional site, which also shows a small charge doping and high spin moment, the Sb substitution have a gap filling which is an order of magnitude smaller and could therefore be desirable. To be able to use Mo-dopants for the realization of the QAHE state the magnetic exchange coupling between Mo atoms needs to be investigated further in the future. This however, beyond the scope of this work. The study of the exchange interactions will be especially interesting since Mo-doping of Bi$_2$Se$_3$ showed signatures of antiferromagnetic coupling which could be possibly overcome by appropriate band structure and defect engineering as it was seen for Mn and Co doping of Bi$_2$Te$_3$. Here, additional co-doping with other defects could open another way to design TI-based materials for future application.

V. CONCLUSIONS

In conclusion, we have developed the AiiDA-KKR plugin which is an open source python package that connects the JuKKR code family to the AiiDA framework. This allows to perform Korringa-Kohn-Rostoker Green function calculations in an automated high-throughput manner. We concentrated on the ability to perform $ab\; initio$ impurity embedding into the topological insulator Sb$_2$Te$_3$.

We considered several thousand different impurities embedded into the different layers of the Sb$_2$Te$_3$ host crystal. This procedure allowed us to study the layer and Fermi level dependence of physical properties of defects. Specifically, we studied the chemical trends in terms of the impurity’s charge doping, their tendency to create resonances in the bulk band gap and their magnetic properties. The results have been collected in the JuDiT database which is openly available and comes with online tools for data visualization and export. Throughout our analysis we have seen that the details of the electronic structure of an impurity embedded into a host crystal is very important. The hybridization of the impurity states with its surrounding plays a crucial role for its physical properties. This highlights the relevance and the need for our $ab\; initio$ calculations which provide predictive power.

In the future the AiiDA-KKR plugin in general and the resulting data of this study in particular can be used in broader high-throughput studies for quantum materials. The capabilities of AiiDA-KKR could be extended to further include the automated calculation of scattering and transport properties or to investigate magnetic exchange interactions. Especially the vast space of combinations co-
FIG. 5. (a) Layer and Fermi level dependence ($E_F - 200$ meV: $\triangle$, $E_F$: $\bigcirc$, $E_F + 200$ meV: $\square$) of the spin moment of some 3$d$-impurities. The blue dotted lines serve as guides to the eye to highlight the difference in the spin-moment for Te and Sb layers. (b) Charge doping (in units of added electrons per impurity) vs. impurity atomic charge of all considered impurities. The color of the data points in (b) refers to the magnitude of the spin moment (blue: non magnetic to yellow: $4.4 \mu_B$). The arrows highlight magnetic 3$d$ and 4$d$ impurities which differ in their induced charge doping to the host crystal. The plot in (b) was generated using the JuDiT web interface that accompanies the publication and can be used to visualize and export the result for future studies.

VI. ACKNOWLEDGEMENTS

We acknowledge funding from the Priority Programme SPP-1666 Topological Insulators of the Deutsche Forschungsgemeinschaft (DFG) (project MA4637/3-1), from the VITI Programme of the Helmholtz Association, by the MaX Center of Excellence funded by the EU through the H2020-EINFRA-2015-1 project: GA 676598 as well as support by the Joint Lab Virtual Materials Design (JLVMD). PR and SB acknowledge support by the Deutsche Forschungsgemeinschaft (DFG, German Research Foundation) under Germany’s Excellence Strategy Cluster of Excellence Matter and Light for Quantum Computing (ML4Q) EXC 2004/1 390534769. This work was supported by computing time granted by the JARA Vergabeübermittlung and provided on the JARA Partition part of the supercomputer CLAIX at RWTH Aachen University. PR would like to thank P. Mavropoulos, J. Bröder, and the AiiDA team for fruitful discussions.

Appendix A: Impurity DOS for various transition metal impurities

The DOS of 3$d$ impurities in the outermost Sb layer (the same position as in Fig. 4(c)) is given in Fig. A.1(a). The increasing filling of the $d$ orbital discussed in the main text (Fig. 5(a)) is seen. The smaller spin moment for $V_{Te}$ than for $V_{Sb}$ impurities can be traced back to the change in the impurity DOS induced by the differing surrounding host atoms.

---

* Corresponding author: p.ruessmann@fz-juelich.de

1 Pierre Villars, Karin Cenzual, Roman Gladyshevskii, Shuichi Iwata PAULING FILE - towards a holistic view. Chem. Met. Alloys 11, 43-76 (2018). doi:10.30970/cma11.0382

2 Mariette Hellenbrand The Inorganic Crystal Structure Database (ICSD)-Present and Future. Crystallography Reviews 10 (2014) doi:10.1080/08893110410001664882

3 S. Grazulis, D. Chateigner, R. T. Downs, A. T. Yokochi, M. Quiros, L. Lutterotti, E. Manakova, J. Butkus, P. Moeck, A. Le Bail Crystallography Open Database - an open-access collection of crystal structures. J. Appl. Cryst. 42, 726-729 (2009). doi:10.1107/S0021889809016690
FIG. A.1. (a) DOS of magnetic 3d transition metal impurities embedded in the first Sb layer from the surface (see Fig. 4(c) for the position in the host crystal) and (b) DOS of V_{Sb} and V_{Te} in the outermost Sb and Te layers. A positive (negative) sign of the DOS indicates majority (minority) states of the impurity.

4 C. Draxl, M. Scheffler NOMAD: The FAIR concept for big data-driven materials science. MRS Bulletin, 43 (9), 676-682 (2018). doi:10.1557/mrs.2018.208

5 Ask Hjorth Larsen, Jens Jrgen Mortensen, Jakob Blomqvist, Ivano E. Castelli, Rune Christensen, Marcin Duak, Jesper Friis, Michael N. Groves, Bjrk Hammer, Cory Hargus, Eric D. Hermes, Paul C. Jennings, Peter Bjerre Jensen, James Kermode, John R. Kitchin, Ebstein Leonhard Kolsbjerg, Joseph Kubal, Kristen Kaasbjerg, Steen Lysgaard, Jn Bergmann Maronsson, Tristan Maxson, Thomas Olsen, Lars Pastewka, Andrew Peterson, Carsten Rostgaard, Jakob Schitz, Ole Schutt, Mikkel Strange, Kristian S. Thygesen, Tejs Vegge, Lasse Vilhelmsen, Michael Walter, Zhenhua Zeng, Karsten Wedel Jacobsen The Atomic Simulation Environment Python library for working with atoms. J. Phys.: Cond. Matter 29 273002 (2017). doi:10.1021/jp063532w

6 Stefano Curtarolo, Gus L. W. Hart, Marco Buongiorno Nardelli, Natalio Mingo, Stefano Sanvito, Natalio Mingo, Stefano Sanvito, Ohad Levy The high-throughput highway to computational materials design. Nature Mater. 12 191201 (2013) doi:10.1038/nmat3568

7 Anubhav Jain, Shuye Ping Ong, Geoffroy Hautier, Wei Chen, William Davidson Richards, Stephen Dacek, Shreyas Cholia, Dan Gunter, David Skinner, Gerbrand Ceder, and Kristian A. Perras. Commentary: The Materials Project: A materials genome approach to accelerating materials innovation. APL. Materials 1, 011002 (2013) doi:10.1063/1.4812323

8 G. Pizzi, A. Cepellotti, R. Sabatini, N. Marzari and K. Kohnsky AiiDA: Automated Interactive Infrastructure and Database for Computational Science. Comp. Mat. Sci. 111, 218 (2016). doi:10.1016/j.commatsci.2015.09.013

9 The AiiDA-KKR plugin for the JuKRR codes. https://aida-kkr.readthedocs.io https://github.com/JuKBteam/aida-kkr doi:10.5281/zenodo.3628251

10 The Jülich KKR Codes https://jukkr.fz-juelich.de

11 The AiiDA developers AiiDA: Automated Interactive Infrastructure and Database for Computational Science. http://www.aiida.net

12 Mark D. Wilkinson, Michel Dumontier, Jan Ijsbrand Aalbersberg, Gabrielle Appleton, Myles Axton, Arie Baak, Niklas Blomberg, Jan-Willem Boiten, Luiz Bonito da Silva Santos, Philip E. Bourne, Jildau Bouwman, Anthony J. Brookes, Tim Clark, Mercè Crosas, Ingrid Dillo, Olivier Dumon, Scott Edmunds, Chris T. Evelo, Richard Finkers, Alejandra Gonzalez-Beltran, Aladsair J. G. Gray, Paul Groth, Carole Goble, Jeffrey S. Grethe, Jaap Heringa, Peter A. C. ’t Hoen, Rob Hooft, Tobias Kuhn, Ruben Kok, Joost Kok, Scott J. Lusher, Maryann E. Martone, Albert Mons, Abel L. Packer, Bengt Persson, Philippe Roccia-Serra, Marco Roos, Rene van Schaik, Susanna-Assunta Sansone, Erik Schultes, Thierry Sengstag, Ted Slater, George Strawn, Morris A. Swertz, Mark Thompson, Johan van der Lei, Erik van Mulligen, Jan Velterop, Andrea Waagmeester, Peter Wittenburg, Katherine Wolstencroft, Jun Zhao, Barend Mons The FAIR Guiding Principles for scientific data management and stewardship. Scientific Data 3 160018 (2016) doi:10.1038/sdata.2016.18

13 The AiiDA plugin registry. https://aiidateam.github.io/aiida-registry/

14 H. Ebert, D. Ködderitzsch and J. Minár Calculating condensed matter properties using the KKR-Green’s function method recent developments and applications. Rep. Prog. Phys. 74 096501 (2011). doi:10.1088/0034-4885/74/9/096501

15 D. S. G. Bauer Development of a relativistic full-potential-first-principles multiple scattering Green function method applied to complex magnetic textures of nano structures at surfaces. Ph.D. thesis, RWTH Aachen University (2013).

16 M. Z. Hasan, C. L. Kane Colloquium: Topological insulators. Rev. Mod. Phys. 82, 3045 (2010). doi:10.1103/RevModPhys.82.3045

17 Rui Yu, Wei Zhang, Hai-Jun Zhang, Shou-Cheng Zhang, Xi Dai, Zhong Fang Quantized Anomalous Hall Effect in Magnetic Topological Insulators. Science 329 (5987), 61-64 (2010). doi:10.1126/science.1187485

18 Cui-Zu Chang, Jingsong Zhang, Xiao Feng, Jie Shen, Zuocheng Zhang, Minghua Guo, Kang Li, Yunbo Ou, Pang Wei, Li-Li Wang, Zhong-Qing Ji, Yang Feng, Shuahui Jia, Xi Chen, Jinfeng Jia, Xi Dai, Zhong Fang, Shou-Cheng Zhang, Ke He, Yayu Wang, Li Lu, Xu-Cun Ma, Qi-Kun Xue Experimental Observation of the Quantum Anomalous Hall Effect in a Magnetic Topological Insulator. Science 340 6129 (2013). doi:10.1126/science.1234414
19 Sankar Das Sarma, Michael Freedman, Chetan Nayak. Majorana zero modes and topological quantum computation. npj Quantum Information 1, 15001 (2015). doi:10.1038/npjqi.2015.1

20 P. Rüßmann, P. Mavropoulos, and S. Blügel. Lifetime and surface-to-bulk scattering off vacancies of the topological surface state in the three-dimensional strong topological insulators Bi$_2$Te$_3$ and Bi$_2$Se$_3$. Journal of Physics and Chemistry of Solids (2017). doi:10.1016/j.jpcs.2017.12.009

21 PostgreSQL: The world’s most advanced open source database.

22 Documentation of the aiida-kkr plugin. https://masci-tools.readthedocs.io

23 Tools, utility, parsers useful in daily material science work. https://aiida-kkr.readthedocs.io

24 Philipp Rüßmann, Sanjoy K. Mahatha, Paolo Sessi, Miguel A. Valbuena, Thomas Bathon, Konstantin A. Kokh, Kai Fauth, Sylvie Godey, Aitor Mugarza, Oleg E. Tereshchenko, Pierluigi Gargiani, Manuel Valvidares, Erika Jimnez, Nicholas B. Brookes, Matthias Bode, Gustav Bihlmayer, Stefan Blügel, Phivos Mavropoulos, Carlo Carbone, Alessandro Barla. Towards microscopic control of the magnetic exchange coupling at the surface of a topological insulator. J. Phys. Mater. 015002 (2018). doi:10.1088/2515-7639/aad02a

23 T.R.F. Peixoto, H. Bentmann, P. Rüßmann, A.-V. Tcakaev, M. Winnerlein, S. Schreyeck, S. Schatz, R. Crespo Vidal, F. Stier, Z. Zabolotnyy, R.J. Green, C.H. Min, C.I. Fornari, H. Maaß, H.B. Vasilii, P. Gargiani, D. Validades, A. Barla, J. Buck, M. Hoesch, F. Diekmann, S. Rohlf, M. Källäne, K. Rossnagel, C. Gould, K. Brunner, S. Blügel, V. Hinkov, L.W. Molenkamp and F. Reimert. Widespread impact of impurity electronic structure on exchange interactions in magnetic topological insulators. arXiv:2001.08541 (2019).

25 Bei Deng, Feng Liu, Junyi Zhu. Absence of quantum anomalous Hall state in 4d transition-metal-doped Bi$_2$Se$_3$: An ab initio study. Physical Review B 96, 174404 (2017). doi:10.1103/PhysRevB.96.174404

26 Jeongwoo Kim, Seung-Hoon Jhi, A. H. MacDonald, and Ruqian Wu. Ordering mechanism and quantum anomalous Hall effect of magnetically doped topological insulators. Physical Review B 96, 140410(R) (2017). doi:10.1103/PhysRevB.96.140410

27 S. Heers. Effect of spin-orbit scattering on transport properties of low-dimensional dilute alloys. Ph.D. thesis. RWTH Aachen University (2011).

28 N. H. Long, P. Mavropoulos, B. Zimmermann, D. S. G. Bauer, S. Blügel, and Y. Mokrousov. Spin relaxation and spin Hall transport in 5d transition-metal ultrathin film. Physical Review B 90, 064406 (2014). doi:10.1103/PhysRevB.90.064406

29 Philipp Rüßmann, Phivos Mavropoulos, Stefan Blügel. Ab initio Theory of Fourier-transformed Quasiparticle Interference Maps and Application to the Topological Insulator Bi$_2$Te$_3$. arXiv:2001.06189 (2020)

30 B. Zimmermann, P. Mavropoulos, N. H. Long, C.-R. Gerhorst, S. Blügel, and Y. Mokrousov. Fermi surfaces, spin-mixing parameter, and colossal anisotropy of spin relaxation in transition metals from ab initio theory. Physical Review B 93, 144403 (2016). doi:10.1103/PhysRevB.93.144403

31 Adamantia Kosma, Philipp Rüßmann, Stefan Blügel, Phivos Mavropoulos. Spin-orbit torque effect in the surface of the topological insulator Bi$_2$Te$_3$ doped with magnetic defects. in preparation (2020)

32 P. Rüßmann, F. Bertoldo and S. Blügel. JuDiT Database. will be uploaded to https://archive.materialscloud.org

33 P. Rüßmann, F. Bertoldo and S. Blügel. JuDiT Database Discover section. will be published on https://www.materialscloud.org/discover